Factors affecting polymerization of resin-based composites: A literature review

Maan M. AlShaafi

Department of Restorative Dental Sciences, College of Dentistry, King Saud University, Riyadh, Saudi Arabia

Received 7 October 2016; revised 28 January 2017; accepted 29 January 2017
Available online 7 March 2017

Abstract  Aim: The aim of this review was to help clinicians improve their understanding of the polymerization process for resin-based composites (RBC), the effects of different factors on the process and the way in which, when controlled, the process leads to adequately cured RBC restorations.

Methods: Ten factors and their possible effects on RBC polymerization are reviewed and discussed, with some recommendations to improve that process. These factors include RBC shades, their light curing duration, increment thickness, light unit system used, cavity diameter, cavity location, light curing tip distance from the curing RBC surface, substrate through which the light is cured, filler type, and resin/oral cavity temperature.

Conclusion: The results of the review will guide clinicians toward the best means of providing their patients with successfully cured RBC restorations.

© 2017 The Author. Production and hosting by Elsevier B.V. on behalf of King Saud University. This is an open access article under the CC BY-NC-ND license (http://creativecommons.org/licenses/by-nc-nd/4.0/).
Factors affecting polymerization of resin-based composites: A literature review

1. Introduction

In the history of operative dentistry, gold alloy was used as one of the first options for dental restorative material in the early fourth millennium BC (Platt, 2001). Restorative dentistry materials and treatment have developed continuously since then. In the 18th century, a product called “D’Arcets Mineral Cement” was used as a direct restorative material (Baum et al., 1995). This material was later improved, developed, and modified by Greene Vardiman Black, the so-called father of dentistry. In 1896, Black formulated the basic amalgam alloy composition, which, although it was modified after 80 years, is still the main formula for restorative material (Duke et al., 1982). Although the amalgam restorations delivered acceptable clinical performance, the search for a material that could both bond to tooth structure and match its color continued. As long ago as the early 1900s, silicate cement material was developed that partially matched the shade of the teeth and was thus found to be adequate, especially for restoring anterior teeth (Baum et al., 1995). It offered a good color match, but it tended to stain fast, was very irritant to pulp owing to its high acidity, and dissolved slowly in the oral environment.

Unfilled resin restorations came later, overcoming the disadvantages of its predecessor, having good solubility in the oral cavity and being highly polishable (so fewer stains) and repairable. However, it did have a number of drawbacks, including high polymerization shrinkage and a high wear rate (Baum et al., 1995). This material continued to be used until Dr. Rafael (“Ray”) Bowen introduced resin composites in the late 1950s (Bowen, 1956). The resin matrix (Bis-GMA) was a major breakthrough, along with the bonding concept, in modern aesthetic dentistry (Anusavice et al., 2013). Resin-based composite (RBC) goes from a plastic phase to a semi-solid phase through a process called polymerization. The start of this process involves reactions that produce free radicals. These free radicals can be the result of energy (heat or light) or chemical activation. Producing an adequately cured/polymerized resin increment(s) is considered the main criterion for a successful RBC restoration. This is achieved mainly by having a proper degree of conversion, which is defined as the percentage of carbon–carbon double bond (C–C) that is converted to carbon–carbon single bond (C=C) (Anusavice et al., 2013). During polymerization of the RBC, most of the monomer should be converted into polymers. However, some monomers remain unreacted within the polymeric matrix. The usual degree of conversion (DC) for dimethacrylate monomers ranges between 43% and 75% (Imazato et al., 2001; Peutzfeldt et al., 2000; Ruyter and Svendsen, 1978). A high degree of monomer conversion is vital to enhance the physical and mechanical properties, color stability, and biocompatibility of the RBC material (Krifka et al., 2012; Moraes et al., 2008; Schneider et al., 2008).

Many factors affect the degree of polymerization of RBCs, including the shade, light curing duration, increment thickness, light unit system used, cavity diameter, cavity location, light curing tip distance from the curing RBC surface, substrate through which the light is cured (e.g., curing through ceramic, enamel, or dentin), filler type, and temperature (AlQahtani et al., 2013; AlQahtani et al., 2015; Chang and Kim, 2014; Reges et al., 2008; Rueggeberg et al., 1993). In this literature review, the discussion focuses on the abovementioned factors and their effect on the quality of cured RBCs.

1.1. Effect of resin shade

A major advantage of RBC restoration is its aesthetic properties and tooth color matching (Johnston and Reisbick, 1997). Different shades of RBC are available with different translucencies, to provide better shade matching with surrounding tooth structures, thus enhancing the esthetic of the restoration.

For darker shades in RBCs, some manufacturers have recommended increasing the light curing time. This recommendation is evidenced and supported by several studies reporting an effect of the RBC shade on the degree of monomer conversion (Ferracane et al., 1986; Guiraldo et al., 2009; Shortall, 2005). In 2009, Guiraldo et al. conducted an in vitro study of the effect of different Filtek Z250 RBC shades (A1, A2, A3, A3.5 and A4 vita shade guide) on the DC. They reported that darker shades exhibited lower microhardness than lighter shades (Guiraldo et al., 2009).

On the other hand, Ferracane et al. (1986) evaluated the effect of four different shades of three types of RBC (Macrofill (Prisma-fill), Microfill (Prisma-fine), and conventionally filled (Aurafill)) on their monomer DC. The translucency of each shade was measured with a spectrophotometer. It was concluded that the DC depended significantly on the light penetration capacity through RBC material, which is determined by its translucency and the filler-resin system (Ferracane et al., 1986). In agreement, Jeong et al. evaluated the effect of four different shades of two RBCs (Z250 and Solitaire 2), and tested shades A3, A3.5, B3, and C3 of Z250, and shades A3, A3.5, B3, and B4 of Solitaire 2. A Vickers hardness test was carried out to evaluate the DC of the RBCs indirectly. In addition, light reflection and absorbance through the materials were measured using a spectrophotometer. They found the lowest DC values with A3.5 shade of Z250 RBC, which exhibited the highest light distribution that could be related to the resin-filler system of the material (Jeong et al., 2009).

Also, Shortall studied the effect of different Filtek Z250 RBC shades on the depth of cure. Translucent RBCs showed
higher microhardness values. More translucent RBCs allow more light transmission through the layers. This results in higher DC and consequently a higher microhardness value (Shortall, 2005). Moreover, Araujo Fde et al. (2006) evaluated the effect of RBC shades and location at the gingival margins (enamel or dentin) on the microleakage of Class II restorations. Sixty extracted third molars were used to prepare mesial and distal Class II cavities with an axial depth of 2 mm and one third of the buccolingual width. Gingival margins of the mesial boxes were located on the dentin (1 mm beyond the cementoenamel junction [CEJ]). However, the gingival margins of the distal boxes were located on the enamel (1 mm above the CEJ). Filtek Z250 (microhybrid composite) with different six shades (i.e., incisal, A1, A2, A3, A3.5, and A4) was used to restore the cavities. No significant differences were reported on the DC and microleakage of different Z250 shades. This indicated sufficient light transmission of the deepest layer, allowing adequate DC of the RBC. Additionally, in 2005, Aguiar et al. assessed the effect of the curing tip distance and RBC shade on the microhardness of hybrid composite (Z250) (Aguiar et al., 2005). They concluded that A1 shade showed higher microhardness values than C2 shade. This could be a result of less light penetration through the opaquer shade RBC.

In 1995, Shortall et al. evaluated the effect of different RBC shades and opacities on the DC (Shortall et al., 1995). They tested five hybrid composite RBCs and one mono-model RBC (Prisma AP.H, Brilliant, Charisma, Herculite, Pertac-Hybrid, and Z 100) of three shades (Vita A2, A3.5, and C2) and two opacities (enamel and dentin “when available”). They reported significant differences between the various RBC materials with the same shade. This could be due to different filler compositions, size, and loading (Atmadja and Bryant, 1990; Barron et al., 1992; Ruyter and Oysaed, 1982). In addition, it has been reported that the same Vita shade of different RBC products showed different color values and color differences. This could be the reason for different DC values in different RBCs with the same Vita shade (Swift et al., 1994). Shortall et al. also reported a higher DC of the enamel opacity of RBCs than that of dentin opacity with the same shade (p < 0.05), possibly as a consequence of different translucencies between enamel and dentin shades that could affect the light penetration through the RBC layers (Shortall et al., 1995).

From the abovementioned studies, it appears that RBC translucency and not the shade has a significant effect on light transmission through the RBCs’ thickness.

1.2. Effect of light curing duration

Many in vitro studies have been done to determine the effect of light curing duration on RBCs’ mechanical properties (Ceballos et al., 2009; Obici et al., 2004; Rasetto et al., 2001). In order for a 2 mm increment in the thickness of the RBC to have adequate polymerization, it should receive a radiant exposure within the 16–24 J/cm² range (Anusavice et al.; Rueggeberg et al., 1994a; Sobrinho et al., 2000). This energy (E) is calculated by multiplying the irradiance level (I) coming from the light control unit (LCU) (mW/cm²) by its duration (T). Curing time is set depending on the irradiance level. The higher the irradiance level, the shorter the curing time needed.

One of the first studies to evaluate and propose efficient irradiance levels and time exposures was conducted by Rueggeberg et al. They concluded that for a 2 mm RBC increment, 60 s of curing time was needed. This makes sense, since they used the old generation of quartz tungsten halogen (QTH) light curing units (which were the most commonly used type of curing lights until 2001), and the average of the unit’s irradiance level in their experiment was 400 mW/cm², leading to a radiant exposure of an average of 24 J/cm² (Rueggeberg et al., 1994a).

In the years since then, dental light curing manufacturers have developed different light systems. Currently, light-emitting diode (LED) units are the predominant type of curing unit used by dentists worldwide. In 2004, Wiggins et al. assessed the effect of different curing methods on RBCs’ DC (Wiggins et al., 2004). They compared the effect of different LCUs: high power (HP) LED, first-generation LED, conventional QTH, and HP QTH. Using HP LEDs and HP QTH LCUs, light curing of RBCs was done for 10 s. On the other hand, first-generation LEDs and conventional halogen LCUs were used to polymerize RBC samples for 20 s. Depth of cure (DOC) was assessed using a scraping test following the ISO 4049 method. They found no significant differences in the DC of RBCs that were light polymerized with different LCUs for different times. They concluded that HP LED and HP QTH LCUs could be used for half the curing time of other tested LCUs and still provide adequate DC. While Wiggins et al. used the ISO 4049 technique to test their DOC, another study by Felix et al. obtained the same results by recording the Knoop microhardness (Felix et al., 2006). They evaluated the impact of different exposure times on the microhardness of RBCs. Ten RBC Class I restorations were prepared in human extracted molars. After light polymerization, the hardness of the RBCs was evaluated using Knoop microhardness 3.5 mm from the surface. Light curing using QTH on a high power setting for half of the recommended time resulted in microhardness values of the RBC similar to the QTH on a medium power setting for the full recommended exposure time. Therefore, the authors concluded that using high power LEDs or QTH LCUs allowed sufficient curing with lower exposure times.

Ceballos et al. studied the effect of different light curing methods on the DC of microhybrid RBC (Filtek Z250) and sub-micron hybrid (Spectrum TPH) RBC materials. Samples were cured either with QTH or with LED LCUs for 20 or 40 s, and were tested using a scraping technique (according to ISO 4049) and the Vickers microhardness test at different depths. A significant effect was found of the LCU and time exposure of the curing light interaction on both RBC depth of cure and microhardness. Curing light exposure for a longer time (40 s vs. 20 s) resulted in higher microhardness values (Ceballos et al., 2009). Additionally, Zorzin et al., when testing bulk-fill RBCs, conventional condensable RBC, and a flowable RBC, concluded that increasing the curing time beyond the manufacturer’s recommendations (+10–20 s) had positive effects on the DC and the microhardness of the RBCs (Zorzin et al., 2015).

With the new generation of LED units, the irradiance levels have increased, such that LED units are now capable of delivering more than 5000 mW/cm². Some manufacturers claim that, thanks to these high-power LEDs, curing can be done in a minimum of 1–3 s (Ilie and Stark, 2014). This claim could derive from the “exposure reciprocity law,” which proposes
Factors affecting polymerization of resin-based composites: A literature review

reciprocity between irradiance levels and exposure time to achieve equivalent polymerization of RBCs. The law assumes that, provided the same radiant exposure is delivered, the DC will be the same, no matter what the time or irradiance level. This may mean less duration in light curing, resulting in higher clinical productivity. However, the question is is a minimum light curing time necessary to achieve an adequately cured restoration? The law has been evaluated extensively in the literature (Emami and Soderholm, 2003; Hadis et al., 2011; Halvorson et al., 2002; Leprince et al., 2011; Price et al., 2004; Wydra et al., 2014) and found not to apply, as it is photoinitiator-, viscosity-, and even time-dependent (D’Alpino et al., 2007; Hadis et al., 2011; Leprince et al., 2011; Wydra et al., 2014). A recent study by Selig et al. showed that there is a minimum time exposure requirement to receive acceptable DC. They found that 2.6 and 5.7 s of time exposure did not provide sufficient DC, and only 10 s and above gave 47% and above DC (Selig et al., 2015).

The abovementioned studies indicate that increasing the light curing exposure time results in higher overall radiant exposure reaching the RBC layer. Thus, better polymerization can be obtained, especially with a thick composite layer and/or LCU with low irradiance levels.

1.3. Effect of resin increment thickness

Previously, restoration of a deep cavity with a single RBC layer (more than 2.5 mm thickness) was reported to cause a significant reduction in the material properties that may affect its longevity (Sakaguchi et al., 1992). In 1994, Rueggeberg et al. evaluated the effect of filler type, shade, exposure time, and curing radiant exposure on the DC of RBCs (Rueggeberg et al., 1994b). The authors tested RBC samples cured through different thicknesses of already polymerized RBCs for different exposure times (20, 40, 60, or 80 s) with an irradiance level of 800 mW/cm². They concluded that the most significant factor in RBCs’ DC is the thickness. A thickness of the RBC of more than 2 mm results in significant DC reduction. In addition, Rueggeberg et al., in another study, concluded that, to provide an adequately polymerized RBC, it has to have a 2 mm increment cured for 60 s with irradiance levels of at least 400 mW/cm² (Rueggeberg et al., 1994a).

In agreement, Flury et al. (2014) tested the effect of different RBC thicknesses on the Vickers microhardness of different types of RBCs. They reported a reduction in the Vickers microhardness values of the conventional RBCs at a depth of more than 2 mm. Also, Price et al. compared the effect of resin thickness on the microhardness when cured with either PAC or QTH LCUs. The authors reported a significant effect of RBC thickness on the hardness of the RBC. Only 0.5 mm thickness samples showed equivalent hardness values of top and bottom surfaces at all time intervals using one of the tested LCUs. This indicates adequate DC of the bottom surface of the restoration (Price et al., 2002). Moreover, Rueggeberg et al. studied the effect of different RBC thicknesses on the DC. They prepared specimens of hybrid composite (P-30) in different thicknesses, from 0.5 to 4.5 mm, in 0.5 mm increments. They found a significant reduction of DC in a thickness of more than 2.5 mm in the tested RBC (Rueggeberg and Craig, 1988).

Increasing the RBC restoration thickness results in more curing light absorption and scattering and less light penetration within the layers of the cured material. Therefore, overall curing light energy is reduced with increasing RBC thickness. Accordingly, the DC value of the material is also reduced (Anusavice et al.; Ceballos et al., 2009). Therefore, for cavity preparation exceeding 2 mm, the incremental layering technique is considered a standard of care of RBC placement. This technique reportedly allows sufficient light exposure of the RBC layers and lower polymerization shrinkage (Lieberberg, 1996; Park et al., 2008; Van Ende et al., 2013). On the other hand, the 2 mm increment layering technique is considered time-consuming. Therefore, another category of RBCs has been introduced with composition modifications, which allow adequate DC of the RBCs in a thicker increment (i.e., 4 mm thick). These are called bulk-fill RBCs (Al-Ahdal et al., 2015; Czasch and Ilie, 2013; Jang et al., 2015).

Comparing bulk-fill RBCs with conventional RBCs, El-Damanhoury and Platt evaluated the DC of six RBCs (El-Damanhoury and Platt, 2014), five bulk-fill RBCs (experimental bulk fill) and a microhybrid RBC (Filtek Z250) as a control. RBCs were placed in one increment of 4 mm thickness and light cured for 20 s using LED LCU in standard mode and at an irradiance level of 1000 mW/cm². They reported adequate DC of all bulk-fill RBCs at 4 mm RBC thickness. However, Filtek Z250 RBC showed inadequate DC of the bottom surface at 4 mm RBC thickness. Moreover, Garcia et al. studied the impact of RBC thickness on the DC (Garcia et al., 2014). They tested two bulk-fill flowable composites, one standard flowable composite and one regular bulk composite that can be made flowable. A scraping test and Knoop hardness test were used to evaluate the DC of the RBCs, and a higher depth of cure was recorded for the bulk-fill RBCs. Also, Czasch and Ilie compared the DC and microhardness of two bulk-fill RBCs (Czasch and Ilie, 2013). RBCs were placed in one increment, and then light cured for 10, 20, or 40 s. A significant difference was found between both RBC DC and microhardness at all exposure times and depths, resulting from the different compositions of each material. Also, for both RBCs, 4 mm bulk provided a significantly higher DC than 6 mm bulk at all exposure times.

In conclusion, although 2 mm incremental thickness is still the regular standard for RBC increment placement, using bulk-fill allows placement of RBCs in more than 2 mm increments (up to 4 mm) while maintaining an adequate DC. This is due to higher light transmission through the more translucent bulk-fill RBC thickness when compared to conventional RBCs.

1.4. Effect of light curing system

The development of dental light curing units (LCUs) began in the early 1970s when UV-curing units were introduced to polymerize resins (Murray et al., 1981). However, the search was soon on for a better device, because of its limited light resin penetration and potential health risks (Rueggeberg, 2011). Later, visible light curing units were developed, setting the stage for the well-known conventional QTH. The QTH was the unit of choice until the early 2000s. QTH has a quartz bulb filled with halogen, iodine, or bromine gas, and contains a tungsten filament. When electric current passes through the
thin tungsten filament, which is surrounded by halogen gas, light is produced. The emitted light is a very powerful white light with a broad spectrum wavelength range (Althoff and Hartung, 2000; Rueggeberg, 1999; Santini et al., 2008). Light is filtered by a filter located inside the LCU to remove most of the useless wavelengths in range during RBC curing (Althoff and Hartung, 2000; Rueggeberg, 1999). Filtered light has a wavelength of 400–500 nm, which is compatible with the most commonly used photoinitiator for curing, campherquinone (CQ) (Price et al., 2003; Rueggeberg, 1999; Santini et al., 2008). The QTH LCU is a relatively large device with low-energy performance (Kramer et al., 2008). A major disadvantage of the QTH LCU is that the ineffective light produced by the bulb results in an increase in operating temperature (Santini et al., 2008), which limits the lifetime of the bulb (to 100 h) (Kramer et al., 2008). For this reason, fans are required to reduce the temperature (Kramer et al., 2008; Rueggeberg et al., 1994a).

During the era in which QTH was the standard choice, the plasma arc (PAC) LCU was introduced. It also delivers light with a narrower range of wavelengths, which is compatible with CQ (Price et al., 2003). Light polymerization of RBCs using PAC high-intensity light for 3 s provides similar results in terms of DC when using QTH LCU for 30–40 s (Craig and Powers, 2002; Davidson and de Gee, 2000; Jimenez-Planas et al., 2005).

The light-emitting diode (LED) is the newest light source introduced to the dental market and was first developed by Mills and colleagues in 1995 (Mills et al., 1999). LED technology does not use a bulb to produce light but rather junctions of doped semi-conductors. A LED light has a life span of about 10,000 h. The light has a narrower spectrum than halogen lights, 400–500 nm, but is within the range for CQ to polymerize the resin (Mills et al., 1999). The narrow range of light wavelengths emitted by a LED LCU makes it more effective, with less heat generation than a QTH LCU. Therefore, filters are not required in LED LCUs, and the need for fans is minimized. Also, an LED LCU can be used on battery power (cordless LCU) (Althoff and Hartung, 2000; Davidson and de Gee, 2000; Nomura et al., 2002).

New LED LCUs emit lights with two or more different wavelength ranges (polywave LED LCUs). They produce both a shorter violet wavelength and a longer blue wavelength. Violet light is used to activate photoinitiators that are sensitive to light within the range of 350–420 nm wavelength (Cramer et al., 2011; Jandt and Mills, 2013; Leprince et al., 2011; Moszner et al., 2008; Rueggeberg, 2011). However, blue light activates photoinitiators (mainly CQ), with maximum absorbance of light close to 468 nm (Cramer et al., 2011; Jandt and Mills, 2013; Rueggeberg, 2011). Therefore, these polywave LED LCUs are used to activate a wider range of photoinitiators. However, the different positions of each of the light emitters along the same LCU tip could affect the homogeneity of the light output through the light guide tip (Price et al., 2010; Price et al., 2014).

Regarding the effect of light cure unit type on the degree of RBC polymerization, the literature reports different findings. In 2016, Harlow et al. evaluated the light transmission of polywave LED LCUs in violet (350–425 nm) and blue (425–550 nm) spectral ranges through different thicknesses of RBCs. They reported a significant reduction in the light transmission as the thickness of the RBCs increased to more than 2 mm. Reduction in the light output through different RBCs depends on the composition of the material and the spectral range of the light. Greater reduction in the violet light (with the shorter wavelength) was reported. Therefore, the authors recommended higher than 425 nm spectral radiant power when curing highly translucent bulk-fill RBCs at a depth of 4 mm or more (Harlow et al., 2016).

Rueggeberg et al. (2000) investigated the impact of a QTH for 40 s, a plasma arc curing (PAC) unit (for 10 s), and a laser argon curing unit (for 5 s) on RBC hardness. They reported no statistically significant differences in RBC hardness at 2 mm depth after light curing with the different curing units (Rueggeberg et al., 2000). However, AlQahtani et al. (2015) evaluated the effects of three light curing units (QTH, LED, and PAC LCU) with similar radiant exposure (37 J/cm²). They found a higher DC of tested RBCs when LED and QTH (for 20 and 40 s, respectively) were used, compared to a PAC unit (for 5 s) (AlQahtani et al., 2015). Also, Ceballos et al. compared the curing efficacy of QTH and LED LCUs in curing microhybrid RBC (Filtek Z250) and sub-micron hybrid (Spectrum TPH) RBCs. They reported better curing efficacy using LED LCU for 20 s than with QTH for the same time (Ceballos et al., 2009).

Magalhaes Filho et al. (2016), discussing this factor, stated that physical properties of the RBC are affected mainly by the local power, wavelength, and beam power profile of the LCU used, and concluded that, with the current advanced development of the new LED units and the declining usage of QTH units (mainly owing to a shortage of spare parts and maintenance capacity), the LED unit, preferably its polywave system, is the method of choice to cover a broader range and activate more photoinitiators (Magalhaes Filho et al., 2016).

### 1.5. Effect of cavity diameter

Owing to the different mesiodistal and buccolingual dimensions of molar and premolar teeth in both maxillary and mandibular jaws, wider diameters of restorations can be found in molar teeth than in premolars (Ash et al., 2003).

Most of the LCU tip shows non-uniformity in light output; some regions of the LCU emit high intensity light, while other areas of the same LCU unit emit a lower irradiances of curing light (Price et al., 2011a). In 2015, Haenel et al. evaluated the effect of irradiance distribution on the local microhardness of RBCs (Haenel et al., 2015). They concluded that the irradiance distributions of different LCUs had a significant effect on both DC and the hardness of the RBCs’ surface. Price et al. examined the impact of localized irradiance and spectral distribution inhomogeneities of a polywave LED LCU on the microhardness of four RBCs (Price et al., 2014). The samples were prepared using aluminum rings with 1.2 thickness and 8.2 mm internal diameter. They reported inhomogeneity of local irradiance and spectral emission across the tip of the tested LCU. Also, there was a significant positive relation between the irradiance beam profile values of the LCU and the microhardness of all RBCs when exposed to the light. At 10 s curing time, the overall bottom-to-top surface microhardness value was greater than 80%. However, the periphery of the samples showed a lower microhardness ratio. Additionally, Kostylev et al. reported different polymerization shrinkage configurations of Filtek Supreme Ultra XT (contains CQ pho-
Factors affecting polymerization of resin-based composites: A literature review

Many studies have reported a reduction in radiant exposure of the light from increasing the curing distance between the composite surface and the light cure tip (Beolchi et al., 2015; Prati et al., 1999; Zhu and Platt, 2009). This reduction could be morphological, that is, due to cusp height, cuspal steepness, and cavity depth, forcing the curing tip to be at a distance from the cured RBC surface (Aguiar et al., 2005; Hood, 1991). For example, in deep Class II RBC restorations, the distance from the light guide tip of LCU to the gingival floor of a proximal box can be 6 mm or more (Price et al., 2010; Yeam, 1985). However, in Class I restoration, the cusp height of the restored tooth could result in increasing the distance between the LCU and the last layer of the RBC by 4 mm (Bhatt et al., 2015; Price et al., 2000). Price et al. reported a 50% reduction of light irradiance levels by increasing the curing distance from 0 mm to 6 mm from the LCU and RBC surface, using a standard light guide. This reduction was found to be greater (77% of irradiance levels) when a turbo light guide was used with the same LCU (Price et al., 2000). Price et al. also evaluated the impact of different curing methods on the microhardness of five different RBCs. RBC samples were cured at 2 or 9 mm distance between the tip of the LCU and the RBC surface. The 9 mm distance was selected to represent a clinical scenario of light curing of the first increment RBC layer of deep Class II cavity. They found that increasing the distance from 2 mm to 9 mm between the tip of LCU and the RBC surface resulted in a significant reduction in the surface microhardness of the tested RBCs (Price et al., 2003). Moreover, Aguiar et al. reported a lower microhardness value when cured with 8 mm distance between the light guide tip and the RBC surface than with 2 mm and 4 mm distance (Aguiar et al., 2005). In addition, Thome et al. reported lower microhardness values of microhybrid and nano-filled RBCs when the distance between the RBC surface and the light cure unit tip was increased from 0 mm to 6 mm and 12 mm (Thome et al., 2007).

These results could be explained by insufficient total energy of light reaching the RBC surface, regardless of the power of the light emitted by different LCUs (Price et al., 2003). So, it is recommended to minimize the distance between the LCU tip and the RBC surface as much as possible, and if such distance cannot be avoided, to consider either extending the curing time or using a higher irradiance level LCU to compensate for the expected reduction in irradiance exposure.

1.8. Effect of curing through different substances

In some clinical conditions, light polymerization of the RBC cannot be achieved directly. However, it can be done through a layer of a substance such as tooth dentin, enamel, RBC layer, ceramic, and/or metal materials. This indirect polymerization of the RBCs through a substance significantly reduces the radiant exposure delivered to the RBC. The amount of reduction depends on the composition, thickness, and translucency of the substance (Davidson-Kaban et al., 1997; Resarak et al., 2004).
Arrais et al. examined the effect of different curing conditions on the DC of dual-cure resin cement system using infrared spectroscopy. They showed a significant reduction in light penetration and thus a reduction in the DC value of resin cements through pre-cured composite compared with curing through a glass slide (Arrais et al., 2008). In addition, an in vitro study was carried out to test the impact of different thicknesses of RBC and human dentin on the transmission of curing light. Maximum light energy was measured through a 0.46 mm to 5.85 mm thickness of seven different RBC materials and human dentin, using LCU with either a standard or a turbo light guide. The light energy was found to decrease as the thickness of the RBC and human dentin specimen increased (Price et al., 2000).

Rasetto and colleagues conducted an in vitro study to evaluate the effect of different light curing protocols on the DC of light curing resin cement (Variolink II) through three types of porcelain veneer restorations. They found adequate polymerization of Variolink II cement could be achieved in a shorter time using high-intensity LCUs than conventional halogen LCU (Rasetto et al., 2001). Furthermore, Kersnak and LeeVailoj investigated the influence of light polymerization through different ceramic disks on the microhardness of resin cements. They found different types and thicknesses of ceramic disks had a significant effect on RBC microhardness. Lower microhardness values of cured resin cement were reported for samples cured through the ceramic with higher opacity. In addition, lower microhardness was observed when cements were cured through an increased thickness of the ceramic (Kersnak and LeeVailoj, 2012). This reduction in the microhardness values results from lower light intensity delivered to the cements (Uctasli et al., 1994).

Less light penetration and insufficient light energy reach the RBC material through a ceramic, pre-cured composite, or dentine, leading to a lower polymerization and microhardness value. Therefore, it is suggested that dual-cure resin cement be used for indirect ceramic (with thicknesses more than 1 mm) and composite restoration cementation (Jung et al., 2006). In the case of curing indirect ceramic restorations (in the esthetic zone) within an average of 1.0 mm thicknesses, doubling the curing exposure time as advised by the manufacturers is recommended (AlShaafi et al., 2014).

1.9. Effect of filler type

RBC materials may be classified according to their consistency into packable and flowable RBCs (Ferracane, 2011; Hosoda et al., 1990; Lutz and Phillips, 1983). Flowable RBC has low viscosity, owing to its low filler level or the addition of modifying agents such as surfactants (Bayne et al., 1998). It is used to enhance the adaptation of RBC restoration into the cavity walls and floors with very fine bore syringes. When attempting to restore the function and esthetic of the tooth, packable RBC cannot be inserted into the cavity with a syringe, owing to its high viscosity (Amusavice et al., 2013; Ferracane, 2011).

Monomer and filler type, filler content, and filler and polymer matrix refractive index have an impact on the ability for light to be transmitted throughout the RBC layers (Campbell et al., 1986; Emami et al., 2005). Therefore, it is reported that different RBC compositions, filler size, weight, volume, and filler-to-matrix ratio have a significant effect on the RBCs’ DC and microhardness (Atmadja and Bryant, 1990; Barron et al., 1992; Czasch and Ilie, 2013; Scougall-Vilchis et al., 2009). In 2003, Halvorson et al. concluded that a high DC could be achieved with a lower filler-to-matrix ratio (Halvorson et al., 2003). In agreement, Ferracane et al. compared the DC of three different types of RBC (Macrofill (Prisma-fill), Microfill (Prisma-fine), and conventionally filled (Aurafill)). The specimens were prepared on cylindrical aluminum molds with 4 mm diameter and 5 mm length and light cured for 40 s. They concluded that DC depends significantly on the light penetration capacity through RBC material, which is affected by the filler-resin system. The Microfilled RBC showed the lowest microhardness and DC values, followed by the Macrofilled type. On the other hand, the highest microhardness and DC values were found with Aurafill RBCs (Ferracane et al., 1986). Lower DC and microhardness resulted from differing volume percentages of fillers (i.e., 21% for Prisma-fine, 53% for Prisma-fill, and 62% for Aurafill) and lower light transmission through the RBC layer (Ferracane et al., 1986; Ferracane et al., 1985). Scattering of the light is greater when the RBC filler particle size is almost one half of the curing light wavelength (Prati et al., 1999; Ruyter and Oysaed, 1982; Yap et al., 2003; Yoon et al., 2002).

Ilie et al. and Moszner et al. stated that bulk-fill RBC materials have a better and greater DC than conventional RBCs (Ilie et al., 2013; Moszner et al., 2008). This was explained by the larger filler size (>20 μm) composition of the bulk-fill materials, which leads to a lower total filler–matrix interface. This enhances the amount of transmitted curing light and reduces the scattered light, resulting in a higher DC of the larger filler containing RBCs. Furthermore, Jeong et al. evaluated the microhardness of two RBCs (Z250 and Solitaire 2). They found lower microhardness values with Z250 RBC, which could be related to light transmission through RBC layers (Jeong et al., 2009). Additionally, Garcia et al. (2014) studied the impact of RBCs’ thickness on the DC. They tested two bulk-fill flowable composites (SureFil SDR Flow and Venus Bulk Fill), one standard flowable (Filtek Supreme Ultra Flowable), and one regular bulk composite that can be made flowable (SonicFill). A scraping test and Knoop hardness test were used to evaluate the DC of the RBCs, and found a higher DC with SonicFill. Also, they found a higher DOC of bulk-fill RBCs than Filtek Supreme Ultra Flowable and SonicFill RBCs using the scraping test. This could be a result of higher translucency, due to the lower filler loading of the bulk-fill RBCs compared to the conventional RBC (Bucuta and Ilie, 2014; Lee, 2008). Thus, more light penetrates through the RBC layers and higher DC of the monomer (Shortall, 2005). Also, Jang et al. (2015) assessed the DC of two bulk-fill composites (Surefil SDR Flow and Venus Bulk Fill), a non-flowable composite (Tetric N-Ceram Bulk Fill), a highly filled flowable composite (G-aenial Universal Flo), and two conventional composites (Tetric Flow and Filtek Supreme Ultra) RBCs. They found adequate polymerization of bulk-fill flowable RBCs (Surefil SDR Flow and Venus Bulk Fill) at 4 mm. However, highly filled flowable (G-aenial Universal Flo), bulk-fill non-flowable (Tetric N-Ceram Bulk Fill), and conventional non-flowable composites (Tetric Flow and Filtek
Supreme Ultra) failed to achieve adequate polymerization at 4 mm sample thickness (Jang et al., 2015). Variations in the microhardness of different RBCs are the result of different compositions of the material (Scougall-Vilchis et al., 2009). A higher DC in Surefil SDR Flow and Venus Bulk Fill could be accounted for by their translucent matrix and incorporation of a functional photoactive group in the methacrylate matrix (Lassila et al., 2012).

Although the literature supports the use of bulk-fill RBCs over conventional types (in both flowable and packable consistencies), further investigations are required to confirm this conclusion, especially when using them in thicker increments (+ 2 mm) in clinical procedures.

1.10. Effect of temperature on resin DC

Some manufacturers recommend storing RBC material in a dedicated refrigerator. However, decreasing the temperature of the RBC could affect its polymerization reaction (Palin et al., 2014; Price et al., 2011b). An in vitro study was carried out by AlShaafi to compare the effect of different polymerization temperatures on the DC and Knoop microhardness of two RBC materials. Samples were divided into two groups according to pre-curing temperature (23 °C or 33 °C), after which all samples were cured with a LED LCU. The DC of the cured material was tested using Attenuated Total Reflectance Fourier Transform Infrared (FT-IR). The microhardness of the top and bottom surfaces of the samples was measured with the Knoop microhardness test. The results showed higher DC and Knoop hardness values in specimens with the higher curing temperature (33 °C) (AlShaafi, 2016). In addition, Price et al. tested the impact of different pre-curing temperatures of Tetric EvoCeram 2 mm thick samples on the DC and surface microhardness values. Specimens were cured for 20 s at 22, 26, 30, or 35 °C. Five minutes after curing, specimens were subjected to FT-IR and Knoop microhardness tests to measure the DC and bottom surface microhardness. These measurements were retaken after 2 h. The study found a higher and faster DC of the RBC with increasing temperature (p < 0.05) (Price et al., 2011b).

Increasing the polymerization temperature leads to lower viscosity of the RBC material. This in turn results in greater mobility of monomer molecules within the resin matrix of the RBC and more free radical formation, which results in a higher value of the DC (Palin et al., 2014). Therefore, to enhance the physical properties of clinically used RBCs, preheating through a specific device (e.g., a Calset Warmer unit (AdDent, Inc., Danbury, CT)) is highly recommended.

Conflict of interest

The author has no conflict of interest to declare.

Acknowledgments

The author would like to thank Dr. Anfal Al Qussier, Demonstrator, Restorative Dental Sciences, College of Dentistry, Majmaah University, for her help in the collection of the literature articles for this review.

References

Aguiar, F.H., Lazzari, C.R., Lima, D.A., Ambrosano, G.M., Lovadino, J.R., 2005. Effect of light curing tip distance and resin shade on microhardness of a hybrid resin composite. Braz. Oral. Res. 19, 302–306.

Al-Ahdal, K., Ilie, N., Silikas, N., Watts, D.C., 2015. Polymerization kinetics and impact of post polymerization on the Degree of Conversion of bulk-fill resin-composite at clinically relevant depth. Dent. Mater. 31, 1207–1213.

AlQahtani, M.Q., AlShaafi, M.M., Price, R.B., 2013. Effects of single-peak vs polywave light-emitting diode curing lights on the polymerization of resin cement. J. Adhes. Dent. 15, 547–551.

AlQahtani, M.Q., Michaud, P.L., Sullivan, B., Labrie, D., AlShaafi, M.M., Price, R.B., 2015. Effect of high irradiance on depth of cure of a conventional and a bulk fill resin-based composite. Oper. Dent. 40, 662–672.

AlShaafi, M.M., 2016. Effects of different temperatures and storage time on the degree of conversion and microhardness of resin-based composites. J. Contemp. Dent. Pract. 17, 217–223.

AlShaafi, M.M., AlQahtani, M.Q., Price, R.B., 2014. Effect of exposure time on the polymerization of resin cement through ceramic. J. Adhes. Dent. 16, 129–135.

Althoff, O., Hartung, M., 2000. Advances in light curing. Am. J. Dent. 13, 77D–81D.

Anusavice, K.J., Phillips, R.W., Shen, C., Rawls, H.R., 2013. Phillips’ Science of Dental Materials. Elsevier/Saunders.

Arrais, C.A., Rueggeberg, F.A., Waller, J.L., de Goes, M.F., Giannini, M., 2008. Effect of curing mode on the polymerization characteristics of dual-cured resin cement systems. J. Dent. 36, 418–426.

Ash, M.M., Nelson, S.J., Ash, M.M., 2003. Dental Anatomy, Physiology, and Oclusion. W.B. Saunders, Philadelphia.

Atmadja, G., Bryant, R.W., 1990. Some factors influencing the depth of cure of visible light-activated composite resins. Aust. Dent. J. 35, 213–218.

Barron, D.J., Rueggeberg, F.A., Schuster, G.S., 1992. A comparison of monomer conversion and inorganic filler content in visible light-cured denture resins. Dent. Mater. 8, 274–277.

Baum, L., Phillips, R.W., Lund, M.R., 1995. Textbook of Operative Dentistry. W. B. Saunders Company, Philadelphia, PA.

Bayne, S.C., Thompson, J.Y., Swift Jr., E.J., Stamatiades, P., Wilkerson, M., 1998. A characterization of first-generation flowable composites. J. Am. Dent. Assoc. 129, 567–577.

Beolchi, R.S., Moura-Netto, C., Palo, R.M., Rocha Gomes Torres, C., Pelissier, B., 2015. Changes in irradiance and energy density in relation to different curing distances. Braz Oral Res 29.

Bhatt, S., Ayer, C.D., Price, R.B., Perry, R., 2015. Effect of curing light and restoration location on energy delivered. Compend Contin Educ Dent 36, 208–210, 212, 214.

Bowen, R.L., 1956. Use of epoxy resins in restorative materials. J. Am. Dent. Assoc. 49, 77D–81D.

Campbell, P.M., Johnston, W.M., O’Brien, W.J., 1986. Light scattering and gloss of an experimental quartz-filled composite. J. Am. Dent. Assoc. 113, 892–894.

Ceballos, L., Fuentes, M.V., Tafalla, H., Martínez, A., Flores, J., Rodríguez, J., 2009. Curing effectiveness of resin composites at different exposure times using LED and halogen units. Med. Oral Patol. Oral. Cir. Bucal. 14, E51–56.
Chang, H.S., Kim, J.W., 2014. Early hardness and shear bond strength of dual-cure resin cement light cured through resin overlays with different dentin-layer thicknesses. Oper. Dent. 39, 398–406.

Craig, R.G., Powers, J.M., 2002. Restorative Dental Materials. Mosby, St. Louis.

Cramer, N.B., Stansbury, J.W., Bowman, C.N., 2011. Recent advances and developments in composite dental restorative materials. J. Dent. Res. 90, 402–416.

Crasch, P., Ilie, N., 2013. In vitro comparison of mechanical properties and degree of cure of bulk fill composites. Clin. Oral. Invest. 17, 227–235.

D’Alpino, P.H., Svizero, N.R., Pereira, J.C., Rueggeberg, F.A., Carvalho, R.M., Pashley, D.H., 2007. Influence of light-curing sources on polymerization reaction kinetics of a restorative system. Am. J. Dent. 20, 46–52.

Davidson-Kaban, S.S., Davidson, C.L., Feilzer, A.J., de Gee, A.J., Erdleik, N., 1997. The effect of curing light variations on bulk curing and wall-to-wall quality of two types and various shades of resin composites. Dent. Mater. 13, 344–352.

Davidson, C.L., de Gee, A.J., 2000. Light-curing units, polymerization, and clinical implications. J. Adhes. Dent. 2, 167–173.

Duke, E.S., Cochran, M.A., Moore, B.K., Clark, H.E., 1982. Laboratory profiles of 30 high copper amalgam alloys. J. Am. Dent. Assoc. 105, 636–640.

El-Damanhoury, H., Platt, J., 2014. Polymerization shrinkage stress kinetics and related properties of bulk-fill resin composites. Oper. Dent. 39, 374–382.

Emami, N., Sjodahl, M., Soderholm, K.J., 2005. How filler properties, filler fraction, sample thickness and light source affect light attenuation in particulate filled resin composites. Dent. Mater.: Off. Publ. Acad Dental Mater. 21, 721–730.

Emami, N., Soderholm, K.J., 2003. How light irradiance and curing time affect monomer conversion in light-cured resin composites. Eur. J. Oral Sci. 111, 536–542.

Erickson, R.L., Barkmeier, W.W., 2014. Curing characteristics of a composite. Part 2: The effect of curing configuration on depth and distribution of cure. Dent. Mater. 30, e134–145.

Felix, C.A., Price, R.B., Andreou, P., 2006. Effect of reduced exposure times on the microhardness of 10 resin composites cured by high-power LED and QTH curing lights. J. Can. Dent. Assoc. 72, 147.

Ferracane, J.L., 2011. Resin composite—state of the art. Dent. Mater. 27, 29–38.

Ferracane, J.L., Aday, P., Matsumoto, H., Marker, V.A., 1986. Relationship between shade and depth of cure for light-activated dental composite resins. Dent. Mater. 2, 80–84.

Ferracane, J.L., Matsumoto, H., Okabe, T., 1985. Time-dependent deformation of composite resins-compositional considerations. J. Dent. Res. 64, 1332–1336.

Flury, S., Peutzfeldt, A., Lussi, A., 2014. Influence of increment thickness on microhardness and dentin bond strength of bulk fill resin composites. Dent. Mater. 30, 1104–1112.

Garcia, D., Yaman, P., 2007. Degree of conversion of composites measured by DTA and FTIR. J. Dent. Res. 86, 1326–1336.

Halvorson, R.H., Erickson, R.L., Davidson, C.L., 2002. Energy dependent polymerization of resin-based composite. Dent. Mater. 18, 463–469.

Halvorson, R.H., Erickson, R.L., Davidson, C.L., 2003. The effect of filler and silane content on conversion of resin-based composite. Dent. Mater. 19, 327–333.

Hood, J.A., 1991. Biomechanics of the intact, prepared and restored tooth: some clinical implications. Int. Dent. J. 41, 25–32.

Hosoda, H., Yamada, T., Inokoshi, S., 1990. SEM and elemental analysis of composite resins. J. Prosthodont. Dent. 64, 669–676.

Ilie, N., Bucuta, S., Draenert, M., 2013. Bulk-fill resin-based composites: an in vitro assessment of their mechanical performance. Oper. Dent. 38, 618–625.

Ilie, N., Stark, K., 2014. Curing behaviour of high-viscosity bulk-fill composites. J. Dent. 42, 977–985.

Imazato, S., McCabe, J.F., Tarum, H., Ebara, A., Ebisu, S., 2001. Degree of conversion of composites measured by DTA and FTIR. Dent. Mater. 17, 183–187.

Judd, K.D., Mills, R.W., 2013. A brief history of LED photopolymerization. Dent. Mater.: Off. Publ. Acad. Dent. Mater. 29, 605–617.

Jang, J.H., Park, S.H., Hwang, I.N., 2015. Polymerization shrinkage and depth of cure of bulk-fill resin composites and highly filled flowable resin. Oper. Dent. 40, 172–180.

Jeong, T.S., Kang, H.S., Kim, S.K., Kim, S., Kim, H.I., Kwon, Y.H., 2009. The effect of resin shades on microhardness, polymerization shrinkage, and color change of dental composite resins. Dent. Mater. J. 28, 438–445.

Jimenez-Planas, A., Martin, J., Abalos, C., Llamas, R., 2008. Developments in polymerization lamps. Quintessence Int. 39, 674–84.

Johnston, W.M., Reischick, M.H., 1997. Color and translucency changes during and after curing of esthetic restorative materials. Dent. Mater. 13, 89–97.

Jung, H., Friedl, K.H., Hiller, K.A., Furch, H., Bernhart, S., Schmalz, G., 2006. Polymerization efficiency of different photocuring units through ceramic discs. Oper. Dent. 31, 68–77.

Kesrak, P., Leevaloij, C., 2012. Surface hardness of resin cement polymerized under different ceramic materials. Int. J. Dent. 2012, 317509.

Kostylev, I., Winters, T., Labrie, D., Price, R.B., 2016. Role of the beam profile and sample geometry in the bonded-disc method on the shrinkage kinetics of two dental resins. Dent. Mater. 32, 1026–1035.

Kramer, N., Lohbauer, U., Garcia-Godoy, F., Frankenberger, R., 2008. Light curing of resin-based composites in the LED era. Am. J. Dent. 21, 135–142.

Kritka, S., Seidenader, C., Hiller, K.A., Schmalz, G., Schweikl, H., 2012. Oxidative stress and cytoxicity generated by dental composites in human pulp cells. Clin. Oral. Invest. 16, 215–224.

Lassila, L.V., Hag, E., Vallittu, P.K., Garoussi, S., 2012. Translucency of flowable bulk-filling composites of various thicknesses. Chin J Dent Res 15, 31–35.

Lee, Y.K., 2008. Influence of filler on the difference between the transmitted and reflected colors of experimental resin composites. Dent. Mater. 24, 1243–1247.

Leprince, J.G., Hadis, M., Shortall, A.C., Ferracane, J.L., Devaux, J., Leloup, G., Palin, W.M., 2011. Photoinitiator type and applicability of exposure reciprocity law in filled and unfilled photoreactive resins. Dent. Mater. 27, 157–164.

Liebenberg, W.H., 1996. Posterior composite resin restorations: operative innovations. Pract Periodontics Aesthetic Dent 8, 769–778; quiz 780.

Lutz, F., Phillips, R.W., 1983. A classification and evaluation of composite resin systems. J. Prosthodont. Dent. 50, 480–488.
Factors affecting polymerization of resin-based composites: A literature review

Magalhaes Filho, T.R., Weig, K.M., Costa, M.F., Wehner, M.M., Barthem, R.B., Costa Neto, C.A., 2016. Effect of LED-etched light irradiance distribution on mechanical properties of resin-based materials. Mater. Sci. Eng. C Mater. Biol. Appl. 63, 301–307.

Maguire, G.A., Ariza, H., Taha, N.A., 2013. Assessing the irradiance delivered from light-curing units in private dental offices in Jordan. J. Am. Dent. Assoc. 144, 922–927.

Mills, R.W., Landt, K.D., Ashworth, S.H., 1999. Dental composite depth of cure with halogen and blue light emitting diode technology. Br. Dent. J. 186, 388–391.

Moraes, L.G., Rocha, R.S., Menegazzo, L.M., de Araujo, E.B., Yokimoto, K., Moraes, J.C., 2008. Infrared spectroscopy: a tool for determination of the degree of conversion in dental composites. J. Appl. Oral. Sci. 16, 145–149.

Moschner, N., Fischer, U.K., Ganster, B., Liska, R., Rheinberger, V., 2008. Benzoyl germanium derivatives as novel visible light photoinitiators for dental materials. Dent. Mater. 24, 901–907.

Murray, G.A., Yates, J.L., Newman, S.M., 1981. Ultraviolet light and ultraviolet light-activated composite resins. J. Prosthet. Dent. 46, 167–170.

Matuatu, M.M., Rueggeberg, F.A., Price, R.B., 2014. Effect of using proper light-curing techniques on energy delivered to a Class I restoration. Quintessence Int. 45, 549–556.

Nomura, Y., Teshima, W., Tanaka, N., Yoshida, Y., Nahara, Y., Okazaki, M., 2002. Thermal analysis of dental resins cured with blue light-emitting diodes (LEDs). J. Biomed. Mater. Res. 63, 209–213.

Obici, A.C., Sinhoreti, M.A., Correr Sobrinho, L., de Goes, M.F., Consani, S., 2004. Evaluation of depth of cure and Knoop hardness in a dental composite photo-activated using different methods. Braz. Dent. J. 15, 199–203.

Palin, W.M., Hadis, M.A., Leprince, J.G., Leloup, G., Boland, L., Fleming, G.J., Krastl, G., Watts, D.C., 2014. Reduced polymerization stress of MAPO-containing resin composites with increased curing speed, degree of conversion and mechanical properties. Dent. Mater. 30, 507–516.

Park, J., Chang, J., Ferracane, J., Lee, I.B., 2008. How should composite be layered to reduce shrinkage stress: incremental or bulk filling? Dent. Mater.: Off. Pub. Acad. Dent. Mater. 24, 1501–1505.

Peutzfeldt, A., Sahafi, A., Asmussen, E., 2000. Characterization of resin composites polymerized with plasma and arc curing units. Dent. Mater. 16, 330–336.

Platt, J.A., 2001. Performance standards for competitive dental materials. Oper. Dent. 26, 81–85.

Prati, C., Chersoni, S., Montebognoli, L., Montanari, G., 1999. Effect of air, dentin and resin-based composite thickness on light intensity reduction. Am. J. Dent. 12, 231–234.

Price, R.B., Derand, T., Loney, R.W., Andreou, P., 2002. Effect of light source and specimen thickness on light and the microhardness of four resins. Dent. Mater. 30, 1345–1357.

Price, R.B., Labrie, D., Whalen, J.M., Felix, C.M., 2011a. Effect of distance on irradiance and beam homogeneity from 4 light-emitting diode curing units. J. Can. Dent. Assoc. 77, 99.

Price, R.B., Murphy, D.G., Derand, T., 2000. Light energy transmission through cured resin composite and human dentin. Quintessence Int. 31, 659–667.

Price, R.B., Whalen, J.M., Price, T.B., Felix, C.M., Fahey, J., 2011b. The effect of specimen temperature on the polymerization of a resin-composite. Dent. Mater. 27, 983–989.

Rasetto, F.H., Driscoll, C.F., van Fraunhofer, J.A., 2001. Effect of light source and time on the polymerization of resin cement through ceramic veneers. J. Prosthodont. 10, 133–139.

Reges, R.V., Moraes, R.R., Correr, A.B., Sinhoreti, M.A., Correr-Sobrinho, L., Piva, E., Nouer, P.R., 2008. In-depth polymerization of dual-cured resin cement assessed by hardness. J. Biomater. Appl. 23, 85–96.

Rueggeberg, F., 1999. Contemporary issues in photocuring. Compend Contiu Educ Dent Suppl, 45–15; quiz S73.

Rueggeberg, F.A., 2011. State-of-the-art: dental photocuring – a review. Dent. Mater. 27, 39–52.

Rueggeberg, F.A., Caughman, W.F., Curtis Jr., J.W., 1994a. Effect of light intensity and exposure duration on cure of resin composite. Oper. Dent. 19, 26–32.

Rueggeberg, F.A., Caughman, W.F., Curtis Jr., J.W., Davis, H.C., 1993. Factors affecting cure at depths within light-activated resin composites. Am. J. Dent. 6, 91–95.

Rueggeberg, F.A., Caughman, W.F., Curtis Jr., J.W., Davis, H.C., 1994b. A predictive model for the polymerization of photo-activated resin composites. Int. J. Prosthodont. 7, 159–166.

Rueggeberg, F.A., Craig, R.G., 1988. Correlation of parameters used to estimate monomer conversion in a light-cured composite. J. Dent. Res. 67, 932–937.

Rueggeberg, F.A., Ergle, J.W., Mettenburg, D.J., 2000. Polymerization depths of contemporary light-curing units using microhardness. J. Esthet. Dent. 12, 340–349.

Ruyter, I.E., Oysaed, H., 1982. Conversion in different depths of ultraviolet and visible light activated composite materials. Acta Odontol. Scand. 40, 179–192.

Ruyter, I.E., Svendsen, S.A., 1978. Remaining methacrylate groups in composite restorative materials. Acta Odontol. Scand. 36, 75–82.

Sakaguchi, R.L., Douglas, W.H., Peters, M.C., 1992. Curing light performance and polymerization of composite restorative materials. J. Dent. 20, 183–188.

Sanitini, A., Watterson, C., Miletic, V., 2008. Temperature rise within the pulp chamber during composite resin polymerisation using three different light sources. Open. Dent. J. 2, 137–141.

Schneider, L.F., Pfeifer, C.S., Consani, S., Prahl, S.A., Ferracane, J. L., 2008. Influence of photoinitiator type on the rate of polymerization, degree of conversion, hardness and yellowing of dental resin composites. Dent. Mater. 24, 1169–1177.

Scougall-Vilchis, R.J., Hotta, Y., Hotta, M., Idono, T., Yamamoto, K., 2009. Examination of composite resins with electron microscopy, microhardness tester and energy dispersive X-ray microanalyzer. Dent. Mater. J. 28, 102–112.

Selig, D., Haenal, T., Hausnerova, B., Moeginger, B., Labrie, D., Sullivan, B., Price, R.B., 2015. Examining exposure reciprocity in a resin based composite using high irradiance levels and real-time degree of conversion values. Dent. Mater. 31, 583–593.

Shortall, A.C., 2005. How light source and product shade influence cure depth for a contemporary composite. J. Oral Rehabil. 32, 906–911.

Shortall, A.C., Wilson, H.J., Harrington, E., 1995. Depth of cure of radiation-activated composite restoratives— influence of shade and opacity. J. Oral Rehabil. 22, 337–342.

Shoeb, L.C., Goes, M.E., Consani, S., Sinhoreti, M.A., Knowles, J.C., 2000. Correlation between light intensity and exposure time on the hardness of composite resin. J. Mater. Sci. - Mater. Med. 11, 361–364.

Strydom, C., 2002. Curing lights – the effects of clinical factors on intensity and polymerisation. SADJ 57, 181–186.
Swift Jr., E.J., Hammel, S.A., Lund, P.S., 1994. Colorimetric evaluation of vita shade resin composites. Int. J. Prosthodont. 7, 356–361.

Thome, T., Steagall Jr., W., Tachibana, A., Braga, S.R., Turbino, M. L., 2007. Influence of the distance of the curing light source and composite shade on hardness of two composites. J. Appl. Oral. Sci. 15, 486–491.

Uctasli, S., Hasanreisoglu, U., Wilson, H.J., 1994. The attenuation of radiation by porcelain and its effect on polymerization of resin cements. J. Oral Rehabil. 21, 565–575.

Van Ende, A., De Munck, J., Van Landsuyt, K.L., Poitevin, A., Peumans, M., Van Meerbeek, B., 2013. Bulk-filling of high C-factor posterior cavities: effect on adhesion to cavity-bottom dentin. Dent. Mater. 29, 269–277.

Versluis, A., Tantbirojn, D., Douglas, W.H., 1998. Do dental composites always shrink toward the light? J. Dent. Res. 77, 1435–1445.

Watts, D.C., Cash, A.J., 1994. Analysis of optical transmission by 400–500 nm visible light into aesthetic dental biomaterials. J. Dent. 22, 112–117.

Wiggins, K.M., Hartung, M., Althoff, O., Wastian, C., Mitra, S.B., 2004. Curing performance of a new-generation light-emitting diode dental curing unit. J. Am. Dent. Assoc. 135, 1471–1479.

Williams, P.T., Johnson, L.N., 1993. Composite resin restoratives revisited. J. Can. Dent. Assoc. 59, 538–543.

Wydra, J.W., Cramer, N.B., Stansbury, J.W., Bowman, C.N., 2014. The reciprocity law concerning light dose relationships applied to BisGMA/TEGDMA photopolymers: theoretical analysis and experimental characterization. Dent. Mater. 30, 605–612.

Yap, A.U., Wong, N.Y., Siow, K.S., 2003. Composite cure and shrinkage associated with high intensity curing light. Oper. Dent. 28, 357–364.

Yearn, J.A., 1985. Factors affecting cure of visible light activated composites. Int. Dent. J. 35, 218–225.

Yoon, T.H., Lee, Y.K., Lim, B.S., Kim, C.W., 2002. Degree of polymerization of resin composites by different light sources. J. Oral Rehabil. 29, 1165–1173.

Zhu, S., Platt, J.A., 2009. Curing efficiency of three different curing lights at different distances for a hybrid composite. Am. J. Dent. 22, 381–386.

Zorzin, J., Maier, E., Harre, S., Fey, T., Belli, R., Lohbauer, U., Petschelt, A., Taschner, M., 2015. Bulk-fill resin composites: polymerization properties and extended light curing. Dent. Mater. 31, 293–301.